Physical and chemical properties of some imported woods and their degradation by termites

Rashmi R. Shanbhag*, R. Sundararaj

Institute of Wood Science and Technology, 18th cross, Malleswaram, Bangalore, 560003

Abstract

The influence of physical and chemical properties of 20 species of imported wood on degradation of the wood by termites under field conditions was studied. The wood species studied were: Sycamore maple, Acer pseudoplatanus L. (Sapindales: Sapindaceae) (from two countries), Camphor, Dryobalanops aromatic C.F.Gaertner (Malvales: Dipterocarpaceae), Beech, Fagus grandifolia Ehrhart (Fagales: Fagaceae), F. sylvatica L. (from two countries), Oak, Quercus robur L., Ash, Fraxinus angustifolia Vahl (Lamiales: Oleaceae), F. excelsior L., Padouk, Pterocarpus soyauxii Taubert (Fabales: Fabaceae), (from two countries), Jamba, Xyia dolabriformis Roxburgh, Shorea laevis Ridley (Malvales: Dipterocarpaceae), S. macoptera Dyer, S. robusta Roth, Teak, Tectona grandis L.f. (Lamiales: Lamiaceae) (from five countries), and rubber tree, Hevea brasiliensis Müller Argoviensis (Malpighiales: Euphorbiaceae) from India. The termites present were: Odonototermes horni (Wasmann) (Isoptera: Termitidae), O. feae, O. wallonensis, and O. obeus (Rambur). A significant correlation was found between density, cellulose, lignin, and total phenolic contents of the wood and degradation by termites. The higher the density of the wood, the lower the degradation. Similarly, higher amount of lignin and total phenolic contents ensured higher resistance, whereas cellulose drives the termites towards the wood.

Keywords: cellulose, density, lignin, total phenolic, wood resistance

Correspondence: rashmishanbhag@gmail.com, rsundararaj@icfre.org. *Corresponding author.

Editor: Nadir Erbilgin was editor of this paper.

Received: 7 December 2011 Accepted: 6 June 2012

Copyright: This is an open access paper. We use the Creative Commons Attribution 3.0 license that permits unrestricted use, provided that the paper is properly attributed.

ISSN: 1536-2442 | Vol. 13, Number 63

Cite this paper as:
Shanbhag RR, Sundararaj R. 2013. Physical and chemical properties of some imported woods and their degradation by termites. Journal of Insect Science 13:63. Available online: http://www.insectscience.org/13.63
Introduction

Wood is susceptible to biodegradation by a variety of organisms. Protecting wood from biodegradation and the resulting economic losses is a major challenge. Among the biodeteriorating organisms, termites are a major threat to the service life of wood as they mainly feed on cellulose (Scheffrahn 1991). Factors affecting wood consumption by termites are numerous and complexly related. Among the most important of these factors are wood species, hardness, presence of toxic substances, feeding inhibitors or deterrents, and moisture content of the wood and soil (Smythe et al. 1971; Carter and Smythe 1974). The physical, mechanical, and chemical properties of wood are probably interdependent and affect the wood’s resistance to termites. Among the physical factors, wood density influences the termite’s ability to fragment the wood mechanically with its mandibles (Bultman et al. 1979), whereas the moisture content drives the termite towards the wood. Wood is a complex, heterogenous aggregate of cell wall fibers composed primarily of cellulose and hemicellulose, joined by polymers of lignin, to form rigid lignocellulosic matrix, and symbiont and enzyme degraded cellulosic polysaccharides provide the principal carbohydrate component in the diets of wood feeding termites (La Fage and Nutting 1978). Lignin and other chemical extractives, such as alkaloids, phenols, resins, terpenes, essential oils, quinones, silica etc., appear to play the most vital role in preventing the degradation of wood by termites (Oshima 1919; Bavendumm 1955; Walcott 1957; Sandermann and Dietrichs 1957; Sen Sarma et al. 1975; Gupta and Sen Sarma 1978). They act as toxicants, feeding deterrents, repellants, or as non-preferred substrates (Walcott 1946; Abushama and Abdel Nur 1973; Scheffrahn 1991). The present study aimed to relate the physical and chemical properties of different kinds of wood commonly imported to India with degradation by termites in natural condition.

Materials and Methods

A field experiment was conducted on twenty species of wood, Acer pseudoplatanus, Dryobalanops aromatica, Fagus grandifolia, Fa. sylvatica, Fraxinus angustifolia, Fr. excelsior, Pterocarpus soyauxii, Quercus robur, Shorea laevis, S. marcoptera, S. robusta, Tectona grandis, and Xylica dolabriformis, imported from different countries, and a native grown rubber, Hevea brasiliensis, owing to its well-known susceptibility to termite attack (Table 1). Ten stakes measuring 30.5 cm × 3.8 cm × 3.8 cm and consisting of pure heartwood, avoiding sapwood and pith, of each species of wood were prepared. Care was taken to ensure that the stakes selected belonged to different logs in order to avoid pseudo-replications, and were free from large knots, stains, moulds, decay, and other defects. The stakes were dried to attain constant weight and then labelled. The stakes were weighed and then implanted in soil 60 cm apart in a completely randomized design at a termite test yard, which was severely infested with termites. The test yard was located in Nallal, Karnataka, India, between 13° 4' 0" N and 77° 47' 53" E, which has a semi-arid climate, an average rainfall of 826 mm, and a temperature range between 18.8 and 29.3° C. The soil is red, loamy, and acidic, with a water holding capacity of 37.77 mm per 15 cm of soil depth. This area is prone to termite attack, and has no fungal activity because of its dry weather. Each stake was half buried, for exposure to termite degradation in the ground condition. After a period of six months, the stakes were...
removed, brought back to laboratory, rinsed and scrubbed with a brush to remove all soil and carton material, and then oven dried and weighed. The weight loss was calculated by subtracting the weight of the stake recovered from the initial weight of the wood stake. The termites active in the area and on the test stakes were collected, preserved in 70% ethanol, and identified using taxonomic keys. Simultaneously, all the 21 wood species used in study were analyzed for their density (Indian standard 401:1982), cellulose content by Anthrone reagent method (Sadasivam and Manickam 1992), lignin content by Klason lignin method (Rowell 2005), and total phenolic content by Folin-Ciocalteau reagent method (Sadasivam and Manickam 1992).

Statistical Analysis
From the data collected, mean weight loss due to termite consumption was calculated. Differences in wood consumption by termites were compared using one-way Kruskal Wallis ANOVA because the test for normality failed. Mean weight loss was correlated with the physical and chemical parameters. All statistical analysis was performed by using SigmaStat® 3.1 statistical software (Systat, www.systat.com).

Results and Discussion
The test yard was found infested with four species of termites, namely Odontotermes horni (Wasmann) (Isoptera: Termitidae), O. feae, O. wallonensis, and O. obesus (Rambur). O. obesus was dominant among the species, followed by O. feae, O. horni, and O. wallonensis (Figure 1). The test yard is known for severe termite infestation, and the present observation confirms earlier reports (Krishnan and Sivaramakrishnan 1993; Rajamuthukrishnan et al. 2004). No fungal activity was observed on the wood species in the test yard, most likely due to the semi arid nature of the area, which has low atmospheric moisture and a scarcity of water. Therefore, the mass loss of wood in the experimental layout was found to be exclusively due to termite degradation, with different levels of weight loss in six months of implantation. The result of the Kruskal-Wallis one-way ANOVA on ranks revealed that there was a statistically significant difference ($H = 101.017$, df = 20, $p = 0.001$) in the rate of degradation in different wood species. Fa. sylvatica, Fr. angustifolia, Fr. excelsior, A. pseudoplatanus, and H. brasiliensis species experienced the most degradation. Q. robur showed moderate levels of degradation (Figure 2). The other species did not show any sign of termite attack.

Resistance is a critical determinant of life span of tree species. Many heartwood species are known for their resistance against degradation (Harris 1961). Tree species such as T. grandis (Oshima 1919; Bavendumm 1955; Sander-
Several physical and chemical factors determine natural resistance of wood against termite attack. The density of the tested wood species ranged from 0.589 (Fr. excelsior from Belgium) to 0.955 g/m³ (S. robusta from Malaysia). Chemical analysis of imported wood species indicated cellulose content ranged from 43% in T. grandis from Myanmar to 59% in S. marcoptera from Malaysia. Lignin content was highest in T. grandis from Myanmar (36%) and lowest in Fa. sylvatica and A. pseudoplatanus from France (22%). The total phenolics varied between 271 mg/100g in Fa. sylvatica from France to 768 mg/100g in S. laevis from Indonesia. The correlation matrix (Table 2) between physical and chemical properties of wood and weight loss due to termite attack showed that the resistanceability of the wood was significantly associated to its physical and chemical properties. Correlation analysis between the chemical composition of the imported wood species and the weight loss percentage due to termite attack indicated that the density (Figure 3),
cellulose (Figure 4), lignin (Figure 5), and total phenolic contents (Figure 6) were significantly correlated with degradation by termites at a 5% level of significance.

Density had the greatest effect on the rate of degradation, and it was found that the higher the density of the wood, the more the wood was able to resist termites. A similar relationship was established by Da Costa and Osborne (1967) and Takahashi and Krishima (1973). Behr et al. (1972) reported a negative correlation between wood density and consumption by termites. Bultman and Southwell (1976), Bultman et al. (1979), and Abreu and Silva (2000) stated that termites prefer less dense woods, due to the ease of mechanically breaking down the wood. Bultman and Southwell (1976) studied the natural resistance of the wood of 114 arboreal species in the forests of Panama and concluded that density is one of the factors that makes wood resistant to termites; the denser and heavier woods presented greater natural durability and resistance to infestation by subterranean termites.

It is important to highlight that wood density is not the only factor providing resistance to termites. According to Bultman and Southwell (1976), Moore (1979), and Barbosa et al. (2003), the high resistance of some wood species to termites can be explained by the properties of their chemical components, because there is a close relationship between the percentage of toxic extracts and the natural durability of the wood. Tsunoda (1990) concluded that chemical compositions of wood extracts are valuable for understanding resistance to biodegradation.

Chemical constituents, such as cellulose, lignin, and total phenolic content, of wood influenced the rate of degradation, and it was found that the higher the cellulose content, the higher the susceptibility to termite attacks. However, the higher the lignin and total phenolic content, the higher the resistance of wood species. Cellulose is one of the factors that drive termites towards wood species, as it is a primary food source for termites (La Fage and Nutting 1978), which explains the significant positive correlation of cellulose content and wood degradation. Lignin acts as a physical barrier, which is unpalatable to termites (Walcott 1946; Syafii et al. 1988). Extractives and other phenolic compounds of wood also impart higher resistance to termite attack. Wood species with lower amounts of cellulose and higher amounts of lignin and total phenol were termite resistant, while the wood with higher amounts of cellulose and lower amounts of lignin and total phenol were susceptible to termite damage. Previous studies correlating resistance of wood and higher amounts of lignin and extractives in T. gran.dis (Sen Sarma et al. 1975) and in Eusideroxylon zwageri and Neobalanocarpus heimi (Syafii et al. 1988) are in concordance with the present study.

**Acknowledgements**

The authors wish to express their gratitude to the Director and Group Coordinator (Research) of the Institute of Wood Science and Technology, Bangalore, and the Head of the Wood Bio degradation Division for their encouragement. Financial support from ICFRE is also gratefully acknowledged.

**References**

Abreu RLS, Silva KES. 2000. Resistência natural de dez espécies de madeiras da Amazônia ao ataque de Nasutitermes macrocephalus (Silvestre) e N. surinamensis (Holmgren) (Isoptera: Termitidae). Revista Árvore 24(2): 229–234.
Abushama FT, Abdel Nur HO. 1973. Damage inflicted on wood by the termite *Psam- motermes hybostoma* Dsneux in Khartoum District, Sudan, and measurements against them. *Zeitschrift für Angewandte Entomologie* 73: 216–23.

Badawi A, Faragalla AA, Dabour A. 1985. The relative protective effectiveness of some wood preservatives in ground contact against subterranean termites. *Integrated Pest Control* 27(6): 150–151.

Barbosa AP, Morais JW, Soares EB, Nascimento CS, Jesus MA. 2003. Efeito tóxico de componentes químicos de Madeira da Amazônia com relação a térmitas. In: *Congresso Florestal Brasileiro*, volume 8. Sociedade Brasileira de Silvicultura.

Bavendu W. 1955. Natürliche Dauerhaftigkeit der Holzer gegen Termitenfrass. In: Schmidt H, Editor. Die Termitten, ihre Ernährungsmermale und wirtschaftliche Bedeutung. pp. 245–306. Akademische Verlagsgesellschaft.

Behr EA, Behr LF, Wilson LF. 1972. Influence of wood hardness on feeding by the eastern subterranean termite, *R. flavipes* (Isoptera: Rhinotermitidae) *Annals Entomological Society of America* 65: 457–60.

Bultman JD, Southwell CR. 1976. Natural resistance of tropical American woods to terrestrial wood-destroying organisms. *Biotropica* 8(2): 71–95.

Bultman JD, Beal RH, Ampong FFK. 1979. Natural resistance of some tropical African woods to *Coptotermes formosanus* Shiraki. *Forest Product Journal* 29: 46–51.

Carter FL, Smythe RV. 1974. Feeding and survival response of *Reticulitermes flaviepes* (Kollar) to extractives of woods from 11 coniferous genera. *Holzforschung* 28: 41–45.

Da Costa EWB, Osborne LD. 1967. Comparative decay resistance of twenty-six New Guinea timber species in accelerated laboratory tests. *Commonwealth Forest Review* 46: 63–74.

Evans FG, Per-Otto F, Gry A. 2008. Natural durability of different wood species in above ground applications - Weight and MOE loss. International Research Group on Wood Protection.

Grace JK, Wong AHH, Tome CHM. 1998. *Termite resistance of Malaysian and exotic woods with plantation potential: Laboratory evaluation*. Document No. IRG/WP/98-10280. The International Research Group on Wood Preservation.

Gupta BK, Sen Sarma PK. 1978. Antitermite properties of some anthraquinone derivatives.. *Holzforschung und Holzverwertung* 30: 57–58.

Harris WV. 1961. Termites: Their recognition and control. Longmans Green and Co. Ltd.

Indian Standard Reprint. 1982. *Code of practice for preservation of timbers*. Indian Standard Institution.

Krishnan RV, Sivaramakrishnan VR. 1993. Occurrence and seasonal wood destroying activity of *Odontotermes* sp. of Termites. *My Forest* 29(1): 59–64.

La Fage JP, Nutting WL. 1978. Nutrient dynamics of termites. In: Brian MV, Editor.
Production Ecology of Ants and Termites. pp. 165–232. Cambridge University Press.

Ling WC. 1996. The durability of Sarawak timbers in soil contact. Proceedings of TRTTC/STA Forest Products Seminar, 11–13 March 1996, Kuching, Malaysia 96–113.

Mohd Dahlan J, Tam MK. 1985. Natural durability of some Malaysian timbers by stake tests. Malaysian Forester 48: 154–159.

Moore H. 1979. Wood-inhabiting insects in houses: their identification, biology, prevention and control. U.S. Department of Agriculture Forest Service and Department of Housing and Urban Development.

Nzokou P, Wehner K, Kamden DP. 2005. Natural durability of eight tropical hardwoods species from Africa. In: The 36th Annual Meeting of IRG. IRG Secretariat.

Oshima M. 1919. Formosan termites and methods of preventing their damage. Philippine Journal of Science 15: 319-379.

Muthukrishnan R, Remadevi OK, Sundararaj R. 2004. Natural durability of Indian and exotic timbers against termites. In: Wood Preservation in India, Challenges, Opportunities, and Strategies: Proceedings of the National Workshop Held on 20th–21st October 2003 in Bangalore, India. pp. 13–14. Institute of Wood Science and Technology, Indian Council of Forestry Research & Education.

Rapp AO, Augusta U. 2006. Natural durability of European timbers in different use classes. The 6th meeting of WG2 of COST E37, London, UK.

Rowell RM, Peltenson R, Han JS, Rowell J. Tshabalala MA. 2005. Handbook of Wood Chemistry and Wood Composites. CRC Press.

Sadasivam S, Manickam A. 1992. Biochemical Methods for Agricultural Sciences. Wiley Eastern Ltd.

Sandermann W, Dietrichs HH. 1957. “Begleitstoffe”- Ursache der Eigenart der Holzer. Ergebnisse papierchromatographischer Untersuchungen. Umaschau 197–200.

Scheffrahn RH. 1991. Allelochemical resistance of wood to termites. Sociobiology 19: 257–281.

Sen Sarma PK, Thakur ML, Misra SC, Gupta BK. 1975. Wood destroying termites of India. F.R.I. Publication.

Smythe RV, Carter FL, Baxter CC. 1971. Influence of wood decay on feeding and survival of the eastern subterranean termite Reticulitermes flavipes (Isoptera: Rhinotermitidae). Annals of the Entomological Society of America 64: 59–62.

Syafii W, Samejima M, Yoshimoto T. 1988. The role of extractives in decay resistance of Ulin wood (Eusideroxylon zwageri T. et. B.). Bulletin of the Tokyo University Forest 77: 1–8.

Takahashi M, Kishima T. 1973. Decay Resistance of Sixty-five Southeast Asian Timber Specimens in Accelerated Laboratory Tests. Tonan Aija Kenkyu 10: 525–541.

Tsunoda K. 1990. The natural resistance of tropical woods against biodeterioration. Wood Research 77: 18–27.
Walcott GN. 1957. Inherent natural resistance of wood to the attack of the West Indian dry wood termite Cryptotermes brevis Walker. *Journal of Agricultural University* Ryukus 25: 555–613.

Walcott RS. 1946. Factors in the natural resistance of wood to termites attack. *Caribbean forest* 7: 121–134.

Wong AHH, Kim YS, Singh AP, Ling WC. 2005. Natural durability of tropical species with emphasis on Malaysian hardwood-variation and prospects. In: *The 36th Annual Meeting of IRG*. IRG Secretariat.

### Table 1. Details of the wood species used in this study.

| Sl. No. | Trade name | Origin | Scientific name |
|--------|------------|--------|-----------------|
| 1      | Maple      | Belgium| *Acer pseudoplatanus* L. |
| 2      | Maple      | France | *Acer pseudoplatanus* L. |
| 3      | Kapoor     | Malaysia| *Dryobalanops aromatica* C.F. Gaertn |
| 4      | White Beech| France | *Fagus grandifolia* Ehrh. |
| 5      | Beech      | Belgium| *Fagus sylvatica* L. |
| 6      | S Beech    | France | *Fagus sylvatica* L. |
| 7      | Ash        | France | *Fraxinus angustifolia* Vahl. |
| 8      | Ash        | Belgium| *Fraxinus excelsior* Quercn Flynn |
| 9      | Rubber     | India  | *Hevea brasiliensis* Muell. Arg. |
| 10     | Narra      | Africa | *Pilocarpus soyauxii* Taub. |
| 11     | Padouk     | Cameroun| *Pilocarpus soyauxii* Taub. |
| 12     | European Oak| France| *Quercus robur* L. |
| 13     | Balau      | Indonesia| *Shorea laevis* Ridl. |
| 14     | Maranti    | Malaysia| *Shorea marcoptera* Dyer. |
| 15     | Sal        | Malaysia| *Shorea robusta* Gaerth. F. |
| 16     | Mayanmar Teak| Myanmar| *Tectona grandis* L.f. |
| 17     | African Teak| Ivory coast| *Tectona grandis* L.f. |
| 18     | African Teak| Ghana| *Tectona grandis* L.f. |
| 19     | African Teak| Tanzania| *Tectona grandis* L.f. |
| 20     | Australian teak| Indonesia| *Tectona grandis* L.f. |
| 21     | Pyinkado   | Myanmar| *Xylica dolabriformis* Benth. |

### Table 2. Correlation matrix for the rate of degradation with physical and chemical properties of wood.

| Parameter       | Weight loss |
|-----------------|-------------|
| Density         | - 0.18 **   |
| Moisture content| 0.22        |
| Cellulose       | 0.49 *      |
| Lignin          | - 0.58 **   |
| Total Phenolic content | - 0.92 **   |

* = Significant at p = 0.05, ** = Significant at p = 0.001